91.86 (7) Pb (1)
175.4 (8) Symmetry transformations used to generate equivalent atoms:
(1) -x+1,-y,-z+2 (2) -x,y,-z+3/2 (3) x-1,y,z (4) -x+1,y,-z+3/2 (5) -x+2,y,-z+1/2 (6) x+1,y,z (7) -x+1,y,-z+1/2 , Cd 2+ , Ni 2+ , Zn 2+ ) is the following: In a solution of M 2+ (0.36 mmol) in water (10 mL, pH was not adjusted), compound Ca-MOF (50 mg, 0.06 mmol,) was added as a solid. The mixture was kept under sonication and magnetic stirring for 1 h. Then, the solids were isolated by filtration, washed several times with water (5 × 10 mL) and acetone (1 × 5 mL) and dried in in a desiccator over silica gel overnight. Fig. S14 . Calibration plot of Pb(II) determination in the range 10-60 µg L -1 (step 10 µg L -1 ) in acetate buffer 0.1 mol L -1 (pH 4.5) obtained with the Ca-MOF/GPE by differential pulse ASV.
